Assessment of Microshear Bond Strength: Self-Etching Sealant versus Conventional Sealant

Mina Biria¹, Amir Ghasemi²*, Hassan Torabzadeh³, Arash Shisheian⁴, Alireza Akbarzadeh Baghban⁵

¹Associate Professor, Department of Pediatric Dentistry, School of Dentistry, Shahid Beheshti University of Medical Sciences, Tehran, Iran
²Associate Professor, Preventive Dentistry Research Center, Research Institute of Dental Science, Department of Restorative Dentistry, Dental School, Shahid Beheshti University of Medical Science, Tehran, Iran
³Associate Professor, Iranian Center for Endodontic Research, Research Institute of Dental Sciences, Shahid Beheshti University of Medical Sciences, Tehran, Iran
⁴Post Graduate Student, Department of Prosthodontics, School of Dentistry, Shahid Beheshti University of Medical Sciences, Tehran, Iran
⁵Associate Professor, Department of Basic Sciences, Faculty of Rehabilitation Sciences, Shahid Beheshti University of Medical Sciences, Tehran, Iran

*Corresponding author:
A. Ghasemi, Preventive Dentistry Research Center, Research Institute of Dental Science; Department of Restorative Dentistry, Dental school, Shahid Beheshti University of Medical Science, Tehran, Iran
amir_gb_th@yahoo.com

Received: 15 July 2013
Accepted: 13 December 2013

INTRODUCTION
The effectiveness of pit and fissure sealants in the prevention of primary and secondary caries is well documented [1].

Studies have shown that resin-based sealants, which require acid etching of the tooth surfaces, are more effective than glass ionomer cements in caries reduction 24 to 44 months af-
Placement in permanent teeth of children [2, 3]. However, their long-term retention depends upon their bonding effectiveness and proper placement [4]. Sealant application typically requires appropriate acid-etching of the tooth surface; and good isolation to prevent saliva contamination during sealant placement and polymerization [5]. Recently, a self-etch sealant has been introduced which does not require any acid-etching, rinsing or drying. Thus it has simplified the application procedure. This important feature of the self-etch sealants may be a suitable alternative for the standard acid-etch technique, particularly for children who because of behavioral problems, dental phobia, strong gag reflex or disability may be unable to cooperate [6, 7].

Existing studies on techniques to improve retention of pit and fissure sealants have focused on the use of adhesive materials as an intermediary layer between etched enamel and resin sealants [8]. Other studies have investigated self-etching primers/adhesives to simplify the steps of the sealant procedure and have found varying results compared to the standard total-etch technique [9, 10]. Recently, a new type of fissure sealant, Enamel Loc, was introduced to facilitate and expedite the process. This fissure sealant does not require acid etching or primer and the manufacturer claims that its application yields acceptable results. If proven to be as effective as conventional fissure sealants, it would be highly recommended especially for children because not only does it reduce the time of the procedure, it also alleviates the isolation of the teeth.

A bond strength that is greater or equivalent to that obtained with the standard total-etch technique is required to justify the use of a self-etch sealant [11-13]. The purpose of this in vitro study was to determine the microshear bond strength of a self-etch sealant material (Enamel Loc) to enamel and compare it to bond strength of a conventional sealant (Concise) with a total etch technique or a self-etching adhesive (Prompt L-pop).

**MATERIALS AND METHODS**

Thirty caries-free extracted human third molars were stored in 1% chloramine T solution at 4°C and were used within 1 month following extraction. A thin sectioning machine (Hamco machines, Rochester, USA) was used to separate the crowns from roots and to produce two buccal and lingual surfaces from each tooth.

The lingual and buccal surfaces of each tooth were lapped with 400-800 grit silicon paper in order to obtain a flat enamel surface. The specimens were divided into three groups (N=20).

Distribution of the samples between the groups was done using a randomized number table. In group 1, Concise sealant (3M ESPE, St Paul, MN, USA) was placed on the prepared surfaces via Tygon tubes (0.7 mm diameter and 1mm height) after etching with 37% phosphoric acid etching gel (3M ESPE, St Paul, MN, USA) for 20 seconds, rinsing for 30 seconds and drying for 15 seconds. The sealant was cured for 30 seconds with a light-curing unit (MONITEX BlueLEX GT1200, Tip=8mm, 1600 MW/CM2, Taiwan).

In group 2, Prompt L-Pop dentin bonding (3M ESPE, St Paul, MN, USA) was applied on the surface, air dried for 10 seconds and then polymerized for 10 seconds with the light cure unit. Concise sealant was placed using the same procedure as described in group 1.

In group 3, Enamel loc (premier dental, PA, USA) sealant was used utilizing Tygon tubes with no preconditioning of enamel surface and cured for 30 seconds according to the manufacturer's instructions.

All specimens were stored in distilled water at 37°C for 24 hours, after which they were subjected to 500 rounds of thermocycling at 5°C and 55°C with a dwell time of 5 seconds. The specimens were then mounted in a metal ring with treated surfaces parallel to the shearing rod of the microtensile testing machine (Bisco, USA) at a crosshead speed of 0.5mm/minute and subjected to shear stress.
The results were recorded in Megapascals (Mpa) and the data were analyzed by one-way repeated measure ANOVA and Bonferroni Post HOC tests using SPSS version 16. The threshold for statistical significance was set at p<0.05.

RESULTS
One-way repeated measure ANOVA with one within-subject factor (buccal and lingual) and one between-subject factor (the study groups) showed that the bonding surfaces (i.e. buccal and lingual) and the interaction of surfaces and groups had no statistically significant effect on micro-shear bond strength (p= 0.284 and p=0.493, respectively). The micro-shear bond strength of Enamel Loc sealant was significantly lower than Concise and Concise+Prompt L-Pop resin-based sealants (p<0.001). Also, the application of Concise fissure sealant using acid etch technique showed a higher value of microshear bond strength compared to its use with Prompt L-Pop (p<0.001) (Table 1). The results of the Bonferroni test to compare the paired groups indicated that the microshear bond strength of Enamel Loc fissure sealant was significantly lower than Concise and Concise with Prompt L-Pop (p<0.001). Moreover, the microshear bond strength of Concise fissure sealant was significantly higher than that of the same product with Prompt L-Pop (p<0.003). The criteria for evaluating an ideal fissure sealant include biocompatibility, retention, microleakage and bond strength.

DISCUSSION
The basic factor to consider is that the efficacy and durability of a sealant is its bond strength with enamel. This directly influences the efficacy of the seal and the reduction of debonding [14, 15]. Evaluating the bond strength utilizing the micro-shear bond strength test has advantages such as balanced distribution of stress, evaluation in smaller surfaces, reducing the effect of enamel defects and recognition of even small differences in bond strength for reliability [16]. It seems that self-etching and self-priming fissure sealants such as Enamel Loc eliminate the need for etching and bonding and their application is easier particularly for uncooperative children.

Self-etching adhesives have been introduced to improve bonding and reduce the technical sensitivity of the bonding procedure to tooth structures [17, 18]. Prompt L-Pop® is one of the most acidic self-etching adhesives effective on ungrounded enamel. It creates a thicker hybrid layer [19]; therefore we used Prompt L-Pop® for preparation of enamel. Our study showed that the microshear bond strength of the self-etching/priming fissure sealants (Enamel Loc) was significantly lower compared to that of conventional sealants; which are used either with total etch or with self etch primer/adhesives (Prompt L-Pop®). Wadenya showed that the shear bond strength of conventional sealants following acid etching was significantly higher than that of self etch sealant (Enamel Loc); which confirms the results of our study [20].

|                | Concise®+Prompt L-Pop® | Concise® | Enamel Loc® |
|----------------|------------------------|----------|-------------|
| Mean           | 12.86                  | 14.59    | 5.59        |
| SD             | 1.98                   | 1.19     | 0.72        |
Perdiago et al. (2011) compared the leakage of conventional sealants either with acid-etching or following application of Prompt L-pop and Enamel Loc and concluded that acid etching showed the best sealing at the enamel sealant interface [21]. Similar results about lower microleakage of traditional sealants compared with self etch sealants have also been reported in several studies [22, 23].

The results of other studies have shown that the bond strength of a fissure sealant (Concise) using self etch bonding is less than that of total etch; these results are similar to ours [24]. Feigal et al. reported that the bond strength of Prompt L-Pop was higher than that of total etch technique [9].

Asmussen et al. have suggested the bond strength of total etch and self etch techniques to be similar in short-term as well as in long-term [5]. The differences of results between these studies and ours probably stem from the differences in the procedure. One of the reasons expressed in explanation of the lower bond strength of self-etching systems compared to total etch technique is the remaining of un-neutralized hydrophilic phosphoric acid in the contact surface of the sealant and tooth enamel. Therefore, the self-etching primers tend to absorb water resulting in the reduction of bond strength [25-27]. In self etch systems, conditioning and priming of tooth structure occur simultaneously; thus, the demineralization depth is shallow resulting in lower penetration of resins into the enamel and also a weaker bond [28].

It is believed that the pH of self etch monomers does not have a significant role in improving the bond strength, but it can reduce the gap size. Also, total etch systems have smaller gaps and higher bond strength [29]. Another reason expressed for higher microshear bond strength of Concise sealant when used with total etch compared to the other two methods is that the etching of the enamel increases the contact between the resins and enamel surface; which in turn reduces the contact angle and increases the wetting and penetration of resins and the depth and number of resin tags. Although Prompt L-Pop is a self etch primer, the lower bond strength in Enamel Loc compared to Concise and Prompt L-Pop is attributed to a lower amount of active monomers in Enamel Loc. Enamel Loc is a flowable composite with a higher viscosity compared to Prompt L-pop® which is a liquid and capable of better wetting. This is considered as another contributing factor to the lower surface contact and bond strength in Enamel Loc [29]. Wadeyna et al. stated that conventional resin-based sealant exhibited higher bond strength to enamel than Enamel Loc; which confirms the results of this study. In addition, they suggested that enamel shear bond strength of Enamel Loc can be increased significantly with additional phosphoric acid etching for a minimum of 10 seconds [30].

**CONCLUSION**

This study concludes that:

The microshear bond strength value of the self etch sealants is significantly lower than that of the conventional sealants which are used either by total etch or self-etching primers.

**ACKNOWLEDGMENT**

The article was based on an undergraduate thesis which was successfully completed by Dr Arash Shisheian under the supervision of Dr Mina Biria at the Dental School of Shahid Beheshti University of Medical Sciences.

**REFERENCES**

1- Beauchamp J, Caufield P, Carall J, Donly K, Feigal R, Gooch B, et al. Evidence-based clinical recommendations for the use of pit and fissure sealants. J Am Dent Assoc 2008 Mar; 139(3): 257-68.

2- Griffin SO, Oong E, Kohen W, Vidakovic B, Gooch BF, CDC Dental Sealant Systematic Review Work Group, et al. The effectiveness of sealants in managing caries lesions. J Dent Res 2008 Feb; 87(2):169-74.
3- Poulsen S, Beiruti N, Sadat N. A comparison of retention and the effect on caries of fissure sealing with glass-ionomer and a resin-based sealant. Community Dent Oral Epidemiol 2001 Aug; 29(4):298-301.

4- Feigal RJ, Musherie P, Gillespie B, Levy polck M, Quelhas I, Hebling J. Improved sealant retention with bonding agents: A clinical study of two-bottle and single-bottle systems. J Dent Res 2000 Nov; 79(11):1850-6.

5- Asmussen E, Peutzfeldt A. Short- and long-term bonding efficacy of a self-etching, one-step adhesive. J Adhes Dent. 2003 Spring; 5(1):41-5.

6- Burbridge L, Nugent Z, Deery C. A randomized controlled trial of the effectiveness of a one step conditioning agent in sealant placement: 6 month result. Int J Paediatr Dent 2006 Nov; 16(6):424-30.

7- Ram D, Mamber E, Fuks AB. Clinical performance of a non-rinse conditioning sealant in three pediatric dental practice: a retrospective study. Int J Paediatr Dent 2005 Jan; 15(1):61-6.

8- Van Meerbeek B, De Munck J, Yoshida Y, Inoue S, Vargas M, Vijay P, et al. Bunicore memorial lecture. Adhesion to enamel and dentin: current status and future challenges. Oper Dent 2003 May; 28(3):215-35.

9- Feigal RJ, Quelhas I. Clinical trial of self-etching adhesive for sealant application: success at 24 months with Prompt L-Pop. Am J Dent 2003 Aug; 16(4):249-51.

10- Venker DJ, Kathy RA, Qian F, Kanellis MJ. Twelve-month sealant retention in school-based program using a self-etching primer/adhesive. J Public Health Dent 2004 Fall; 64(4):191-7.

11- Roh OD, Chung JH. Micro-shear bond strength of five resin-based composites to dentin with five different dentin adhesives. Am J Dent. 2005 Dec; 18(6):333-7.

12- Al-Sarheed MA. Bond strength of 4 sealants using conventional etch and a self-etching primer. J Dent Child (Chic). 2006 Jan-Apr; 73(1):37-41.

13- Al-Sarheed MA. Evaluation of shear bond strength and SEM observation of all-in-one self-etching primer used for bonding of fissure sealants. J Contemp Dent Pract. 2006 May 1; 7(2):9-16.

14- Perez-Lajarin L, Cortes-Lillo O, Garcia-Ballesta C, Cozar-Hidalgo A. Marginal microleakage of two fissure sealants: a comparative study. J Dent Child (Chic). 2003 Jan-Apr; 70(1):24-8.

15- Alonso RC, Correr GM, Borges AF, Kantovitz KR, Rontani RM. Minimally Invasive Dentistry: bond strength of different sealants and filling materials to enamel. Oral Health Prev Dent. 2005;3(2):87-95.

16- P lacido E, Meira JB, Lima RG, Muench A, de Souza RM, Ballester RY. Shear versus micro-shear bond strength test: A finite element stress analysis. Dent Mater. 2007 Sep; 23(9):1086-92.

17- Van Landuyt KL, Peumans M, De Munck J, Lambrechts P, Van Meerbeek B. Extension of a one step self etch adhesive into a multi step adhesive. Dent Mater. 2006 Jun; 22(6):533-44.

18- Cal-Neto JP, Miguel JA. Scanning electron microscopy evaluation of bonding mechanism of self-etching primer on enamel. Angle Orthod 2006 Jan; 76(1):132-136.

19- KJ soderholm, Soares F, Argumosa M, Loveland C, Bimstein E, Guellmann M. Shear bond strength of one etch-and-rinse and five self-etching dental adhesives when used by six operators. Acta Odontol Scand. 2008 Aug; 66(4):243-9.

20- Wadenya RO, Yego C, Blatz MB, Mante F. Bond strength and microleakage of a new self-etch sealant. Quintessence Int. 2009 July-August; 40(7):559-563.

21- Perdigão J, Sezinando A, Gomes G. In vitro sealing potential of a self-adhesive pit and fissure Quintessence Int. 2011 May; 42(5):e
65-73.
22- Conner FA, Vandewalle KS, Bartoloni JA. Degree of microleakage of a self-etch sealant. Gen Dent. 2011 May-Jun;59(3):224-8.
23- T.M. Parco; D. Tantbirojn; A. Versluis; S. Beiraghi. Microleakage of self-etching sealant on noncontaminated and saliva-contaminated enamel. Pediatr Dent. 2011 Nov-Dec; 33(7):479-83.
24- Souza-Junior EJ, Borges BC, Montes MA, Alonso RC, Ambrosano GM, Sinhoreti MA. Influence of etching time and bonding strategies on the microshear bond strength of self- and light-cured pit-and-fissure sealants. Braz Dent J. 2012 Sep-Oct; 23(5):477-83.
25- Nikaido T, Kunzelmann KH, Chen H, Ogata M, Harada N, Yamaguchi S, et al. Evaluation of thermal cycling and mechanical loading on bond strength of a self-etching primer system to dentin. Dent Mater. 2002 May;18(3):269-75.
26- Hosaka K, Tagami J, Nishitani Y, Yoshiyama M, Carrilho M, Tay FR et al. Effect of wet vs. dry testing on the mechanical properties of hydrophilic self-etching primer poly-mers. Eur J Oral Sci. 2007 Jun;115(3):239-45.
27- Hikita K, Van Meerbeek B, De Munck J, Ikeda T, Van Landuyt K, Maida T, et al. Bonding effectiveness of adhesive luting agents to enamel and dentin. Dent Material. 2007; 23:71-80.
28- Z. Jaberi Ansari Z, Sadr AR. Effect of Water Storage on the Micro-shear Bond Strength of Two Self-etch Adhesives to Enamel and Dentin. J Dent (Tehran). 2007;4(2): 63-67
29- Kenshima S, Reis A, Uceda-Gomez N, Tancredo Lde L, Filho LE, Nogueira FN, et al. Effect of smear layer thickness and PH of self-etching adhesive systems on the bond strength and gap formation to enamel. J Adhes Dent. 2005 summer; 7(2):117-126.
30- Wadenya RO, Herrera M, Smith J, Mante F. Enamel bond strength of self etch sealant with and without prior acid etching. N Y State Dent J. 2009 Mar;75(2):49-51.